Spin reorientation transition in the incom $m$ ensurate stripe-ordered phase of

$$
\mathrm{La}_{3=2} \mathrm{Sr}_{1=2} \mathrm{~N} \text { io }{ }_{4}
$$

P . G. Freem an A . T . B oothroyd, and D. Prabhakaran<br>D epartm ent of Physics, 0 xford University, $O$ xford, $O X 13 P U$, U nited $K$ ingdom<br>D. G onz alez Instituto de C iencia de M aterials de A ragon, C SIC -U niversidad de Zaragoza, 50009 Zaragoza, Spain<br>M.Enderle<br>Institut Laue-Langevin, BP 156, 38042 G renoble Cedex 9, Franœ<br>(D ated: $M$ arch 22, 2024)


#### Abstract

The spin ordering of $\mathrm{La}_{3=2} \mathrm{Sr}_{1=2} \mathrm{~N}$ iO 4 w as investigated by m agnetization m easurem ents, and by unpolarized-and polarized-neutron di raction. Spin ordering $w$ ith an incom $m$ ensurability " 0.445 is observed below $\mathrm{T}_{\text {so }} \quad 80 \mathrm{~K}$. On cooling, a spin reorientation is observed at $57 \quad 1 \mathrm{~K}$, w th the spin axes rotating from 524 to 783 . This is the rst time a spin reorientation has been observed in $\mathrm{L} \mathrm{La}_{2} \times \mathrm{Sr}_{\mathrm{x}} \mathrm{N}$ iO $\mathrm{O}_{4}$ com pound having incom $m$ ensurate stripe order.




Incom $m$ ensurate $m$ agnetic uctuations observed in superconducting $\mathrm{La}_{2} \times \mathrm{Sr}_{\mathrm{x}} \mathrm{CuO}{ }_{4}$ (LSCO) $n_{1}^{n_{1}^{2}}$ are widely believed to be associated with charge stripe correlations ${ }^{\frac{2_{2}^{1}}{1}}$ A ssum ing this to be the case, it has been concluded that charge stripes in LSCO lie parallel to the Cu\{O bonds in the CuO planes for $\mathrm{x} \quad 0.053$, put are aligned at 45 to the $\mathrm{Cu}\left\{0\right.$ bond for $\mathrm{x} \quad 0.07 \mathrm{a}^{1 / 24} \mathrm{G}$ iven that the critical doping level for superconductivìty in LSCO is $\mathrm{x}=$ $0.053\left\{0.0566^{\mathbf{3}} \mathbf{1 2}\right.$ these observations suggest a strong link betw een spin-charge stripe ordering and high tem perature superconductivity.

D iagonal charge stripes have also been observed in $\mathrm{La}_{2} \times \mathrm{S} E_{x} \mathrm{~N}-\mathrm{i}_{4+1}$ (LSNO) $)_{1}^{15}$, and have been studied by neutronern els in the range $0.135 \mathrm{x} \quad 0.5$. The charge stripes are found to be ordered over a long range, w ith correlation lengths in excess of 100 A for certain levels of dopinglw LSNO w ith $\mathrm{x}=1 / 3$ has stripe order that is particularly stable ow ing to a com m.ensurability e ect that pins the charges to the lattice ${ }^{7}$ are static and well correlated, LSNO is a good system for studying the basic properties of spin-charge stripes.

Recently, Lee et aliq' $m$ easured the direction of the ordered N im om ents in the spin-ordered phase of com pounds with $\mathrm{x}=0.275$ and $1 / 3$. T he angle betw een the spin axes and the stripe direction $w$ as found to be larger at $x=1 / 3$ than $x=0.275$. Furtherm ore, a transition was observed at 50 K in the $\mathrm{x}=1 / 3$ sam ple such that on cooling the spins rotate aw ay from the stripe direction and a further localization of the charge ordering occurs. Lee et al. concluded from this that an intim ate connection exists betw een the local spin order and the stability of the charge order.

Early work on $\mathrm{La}_{3=2} \mathrm{Sr}_{1=2} \mathrm{~N}$ iᄋ $\mathrm{A}_{4}$ by electron di raction ${ }^{4}{ }^{41}$. suggested that the case of half-doping is another very stable charge-ordering phase. This charge ordering has a 2-D checkerboard-like pattem as shown in gure 1 (a). Recently, $K$ ä̈m oto et alld studied the spin and charge order in a single crystal of


FIG.1: (a) Ideal checkenooard $2-\mathrm{D}$ charge ordering in the ab plane. C ircles represent holes residing on N i sites, while the solid arrow s rep resent the spins of the $\mathrm{Ni}^{2+}$ sites. D ashed lines indicate the charge dom ain walls com $m$ on to both checkerboard and stripe ordering. The com $m$ ensurate spin ordering shown here is not realized in practise in $\mathrm{La}_{3=2} \mathrm{Sr}_{1=2} \mathrm{~N}$ iO ${ }_{4+}$. The observed spin order in $\mathrm{La}_{3=2} \mathrm{Sr}_{1=2} \mathrm{~N}$ i $\mathrm{O}_{4+}$ is sim ilar to that show $n$, but is actually incom $m$ ensurate in the direction perpendicular to the stripes. T he com ponents of the ordered $m$ om ent parallel ( $k$ ) and perpendicular ( ? ) to the stripe direction are show $n$, and denotes the angle betw een the spin axis and the stripe direction. (b) D iagram of the ( $h ; h ; 1$ ) plane in reciprocal space. $Q_{1}$ and $Q_{2}$ are the scattering vectors of the tw o m agnetic peaks investigated in this work.
$\mathrm{La}_{3=2} \mathrm{Sr}_{1=2} \mathrm{~N}$ iO $\mathrm{H}_{4}$ by neutron di raction. They observed checkerboard ordering below 480 K , but they also found an incom $m$ ensurate charge-stripe ordering phase below $\mathrm{T}_{\text {IC } 0} 180 \mathrm{~K}$ coexisting w th the checkerboard ordering. Spin ordering w as reported to be found only in association $w$ ith the incom $m$ ensurate com ponent of the charge ordering.

Here we describe a study of spin-ordering in $\mathrm{La}_{3=2} \mathrm{Sr}_{1=2} \mathrm{~N}$ iO ${ }_{4+}$ employing $m$ agnetom etry and polarized- and unpolarized-neutron di raction. Our results are consistent with those of Kafim oto et al. but in addition we observed a spin reorientation


FIG. 2: FC and ZFC magnetization data for $\mathrm{La}_{3=2} \mathrm{Sr}_{1=2} \mathrm{NiO} \mathrm{N}_{4}$. A rrows indicate the spin-ordering tem perature, $\mathrm{T}_{\mathrm{SO}}$, and the spin-reorientation tem perature, $\mathrm{T}_{\mathrm{SR}}$.
transition sim ilar to, but $m$ ore pronounced than that observed in $\mathrm{La}_{5=3} \mathrm{Sr}_{1=3} \mathrm{~N}$ i ${ }_{4}$. This is the rst time a spin reorientation associated $w$ ith an incom $m$ ensurate spin ordering has been observed in a LSNO material. The spin reorientation is signalled by a sharp anom aly in the m agnetization at 57 K , and an analysis of polarized-neutron di raction data show sthat on cooling through 57 K the N i spins rotate aw ay from the stripe direction.

Two single crystals of $\mathrm{La}_{3=2} \mathrm{Sr}_{1=2} \mathrm{~N}$ in $\mathrm{n}_{4}$ were used for these experim ents. T he crystal used for the $m$ agnetization $m$ easurem ents had dim ensions $\quad 7 \quad 5 \quad 2 \mathrm{~mm}^{3}$ and that for neutron di raction was a rod of $7\{8 \mathrm{~mm}$ diam eter and 35 mm in length. B oth these sam ples were grown from the sam e starting pow der by the oatingzone technique! ${ }^{151}$. The oxygen excess w as determ ined by them ogravim etric analysis to be $=0.02 \quad 0.01$.

M agnetization data w ere collected w ith a SQU D m agnetom eter ( $Q$ uantum D esign) w th the eld applied parallel to the ab plane of the crystal. We carried out DC $m$ easurem ents by cooling in an applied eld of 5000 e (FC) and also by cooling in zero eld and measuring while warm ing in a eld of 5000 e (ZFC). Figure 2 show $s$ the tem perature variation of the FC and ZFC m agnetization. A sm all change in slope at $90 \quad 5 \mathrm{~K}$ m arks the spin ordering, tem perature, in agreem ent $w$ ith previous observations ${ }^{\text {III }} \mathrm{A}$ clearer anom aly is seen at $\mathrm{T}_{\mathrm{SR}}=57 \mathrm{~K}$, where the FC and ZFC curves sharply separate. Below 5 K both the FC and ZFC curves begin to rise for reasons that are not yet understood, but could be due to a sm all am ount of param agnetic im purity in the crystal. W e m easured the FC m agnetization parallel to the crystal c direction (not shown) and found no anom aly
around $T_{S R}$, thus indicating that the transition involves the in-plane com ponents of the spins.

In what follow swe describe neutron di raction studies aim ed at identifying the nature of the transition at $\mathrm{T}_{\mathrm{SR}}$. R eferred to the tetragonal unit cell of LSN O, w ith unit cell param eters a $3.8 \mathrm{~A}, \mathrm{c} \quad 12.7 \mathrm{~A}$, charge ordering peaks due to structural distortions are located at (h ", $k$ ", l) positions in reciprocal space. The spin order peaks are located at ( $h+1 / 2_{-1}, 7 / 2, k+1 / 2 \quad " / 2,1$ ), the strongest being when $l$ is odd ${ }^{8 \prime \prime}$ ' To a rst approxim ation the relationship betw een the incom $m$ ensurability, ", and the hole concentration, $\mathrm{n}_{\mathrm{h}}=\mathrm{x}+2$, is simply " = $\mathrm{n}_{\mathrm{h}}$. In general, how ever, com petition betw een apparently, di erent wavevectors for the spin and charge ordekingit and the separate issue of oxygen non-stoich iom etry $y^{1} 4_{1}^{1} n_{1}^{1} 0_{1}^{17}$ causes sm all deviations from the $"=n_{h}$ rule.

The neutron experim ents were perform ed on the tripleaxis spectrom eter $\mathbb{N N} 20$ at the Institut Laue-Langevin. $T$ he energies of the incident and elastically-scattered neutrons were selected by B ragg re ection from an array of either pyrolytic graphite (PG) or H eusler alloy crystals, for unpolarized-and polarized-neutron scattering respectively. A P G Iter w as present after the sam ple and before the analyzer to suppress higher-order harm onic scattering. M ost of the data were obtained $w$ ith initial and nal neutron wavevectors of $2.66 \mathrm{~A}^{1}$, w ith som e further data taken $w$ th a neutron wavevector of $3.54 \mathrm{~A}^{1}$. We $m$ ounted the sam ple w th the [001] and [110] crystal directions in the horizontalscattering plane, and perform ed scans in reciprocal space either parallel to the ( $h, h, 0$ ) direction at constant 1 , or parallel to the $(0,0,1)$ direction at constant $h$.

W e began by perform ing polarized-neutron di raction $m$ easurem ents $w$ th the neutron polarization $P$ parallel to the scattering vector $Q, m$ aintained by adjusting currents in a Helm holtz coil mounted around the sam ple. In this con guration a neutron's spin is ipped during a magnetic scattering process, but rem ains unchanged when scattered by a non $-m$ agnetic process, e.g. from a distortion of the lattice. Thus, by $m$ easuring the spin-
ip ( SF ) and non-spin- ip ( N SF) channels one can identify whether the origin of the scattering is $m$ agnetic or not.

W e observed charge-order di raction in the vicinity of the $(1.5,1.5,1)$ line in reciprocal space. At $T=10 \mathrm{~K}$ the peak shape observed in ( $h, h, 0$ ) scans w as consistent w ith that observed by $K$ a $\ddot{m}$ oto et al, w ith a central peak at $h=1.5$ and tw o satellites at $h \quad 1.45$ and 1.55 . W e observed no variation of this scattering w th l over a single $B$ rillouin zone, show ing that both the com $m$ ensurate and incom $m$ ensurate com ponents of charge ordering are com pletely two-dim ensional.

We observed spin-order di raction peaks at ( $\mathrm{h}+1 / 2 \mathrm{k} / 2$, $\mathrm{h}+1 / 2 \mathrm{k} / 2, \mathrm{l}$ ) positions $w$ th l odd and " $=0.445 \quad 0.005 . F$ igure 3 show $s$ a scan parallel to $(0,0,1)$. The w idths of the peaks in this scan convert to a correlation length along the $c$ axis of 16.4 0.3A. For com parison, the in-plane correlation length in the


FIG. 3: Spin-ip (SF) and non-spin- ip (NSF) di raction from $\mathrm{La}_{3=2} \mathrm{Sr}_{1=2} \mathrm{~N}$ iᄋ $\mathrm{O}_{4}$ at $\mathrm{T}=10 \mathrm{~K} . \mathrm{T}$ he scan is parallel to $(0,0,1)$ and passes through the $m$ agnetic order peak (0.275, 0275,1 ) . N o correction has been $m$ ade for the im perfect polarization of the neutron beam. T he shanp peaks in the N SF channelat 15.3 and 62 are due to di raction from the A 1 sam ple m ount.
direction perpendicular to the stripes is 78.3 1.3A. There were no peaks at $l=$ even positions, as can be seen in gure 3. There were also no spin-order peaks at ( $\mathrm{h} 1 / 4, \mathrm{~h} 1 / 4,1$ ) positions, con m ing the lack of any com $m$ ensurate Fourier com ponent in the spin ordering, in agreem ent with the observations of K a m m oto et al. nd
$F$ igure 4a show the temperature dependence of the integrated intensity of two magnetic re ections, $\mathrm{Q}_{1}=$ $(0275,0275,5)$ and $Q_{2}=(0725,0.725,1), m$ easured in scans parallel to ( $h ; h ; 0$ ). $T$ he spin ordering transition is seen to be rather sluggish, but a shanpening of the peaks below $T_{\text {SO }}$ ' 80 K (not show $n$ ) suggests that this is where long-range ordering extending over $m$ any unit cells sets in. H ow ever short-range correlations persist above 100 K . On cooling below $T_{S O}$, the peak at $Q_{1}$ increases $m$ onotonically, while that at $Q_{2}$ rst increases, then reaches a $m$ axim um at 60 K , then decreases again. This anom alous behaviour correlates $w$ th the transition observed in the $m$ agnetization, F ig. 2. To understand this behaviour we m ust recall that $m$ agnetic neutron di raction is sensitive to spin com ponents perpendicular to $Q$. A s show $n$ in
gure $1(b), Q_{1}$ is aproxim ately parallel to $(0 ; 0 ; 1)$ while $\mathrm{Q}_{2}$ is approxim ately parallel to $(\mathrm{h} ; \mathrm{h} ; 0)$. Therefore, to a good approxim ation, the scattering at $Q_{1}$ is from the total in-plane spin $m$ om ent, irrespective of its direction, while that at $Q_{2}$ com esm ainly from the spin com ponents parallel to the stripes and along the c axis. $T$ he data in
g. 4a therefore im ply that below 57 K the spins rotate aw ay from the stripe direction.

To fully analyze the direction of the spins over this


FIG. 4: (a) The peak intensities of the spin peaks $Q_{1}=$ $(0: 275 ; 0: 275 ; 5)$ and $Q_{2}=(0: 725 ; 0: 725 ; 1) \mid$ see gure $1(\mathrm{~b})$. C ircle sym bols represent data taken $w$ th a neutron w avevector of $3.54 \mathrm{~A}^{1}$ and triangles represent $2.66 \mathrm{~A}^{1}$. F illed sym bols are data taken at $Q_{2}$ and un led sym bols at $Q_{1}, w$ th the arrow sindicating the relevant scales for each $Q$. (b) $T$ he tem perature dependence of the angle betw een the spin axis and the stripe direction obtained from polarized-neutron analysis.
tem perature range we varied the direction of the neutron polarization $P$ relative to the scattering vector $Q$. Three con guration were used: 1) $\mathrm{P} k \mathrm{Q}, 2) \mathrm{P}$ ? Q but in the scattering plane, and 3) $P$ ? $Q$ but out of the scattering plane. (Recall that [110] and [001] are the crystal directions in the scattering plane.) A s m entioned before, neutrons scatter via $m$ agnetic interactions from spin components penpendicular to $Q$, and SF scattering is due to spin com ponents penpendicular to $P$. Therefore, analysis of con gurations 1), -2) and 3) leads to the direction of the ordered $m$ om ent ${ }^{281} T$ Table 1 sum $m$ arizes the relations betw een the observed intensities at $Q_{1}$ and $Q_{2}$ and the ordered spin com ponents parallel ( k ) and perpendicular ( ? ) to the stripe direction (see gure 1 (a)), and parallel to the caxis (c).

W e corrected the data to take into account the di erent background count rates in the SF and the NSF channels, and to correct for the im perfect spin polarization of neutron beam. The latter was calculated from the ipping ratio $18.5 \quad 1.8 \mathrm{~m}$ easured on a m agnetic B ragg peak.

A full analysis of the intensities at the $Q_{1}$ and $Q_{2}$ points determ ined the spin orientations at $T=10 \mathrm{~K}$ and $T=65 \mathrm{~K} . \mathrm{T}$ hese analyses show ed that the non-m agnetic $(\mathbb{N})$ and $c$ count rates were zero, to $w$ thin error for


TABLE I: Expressions for the intensity of $S F$ and $N S F$ scattering for di erent orientations of the neutron polarization $P$ relative to the scattering vector $Q(N M$ is the non $-m$ agnetic scattering).
both tem peratures. Thus, it is reasonable to assum e that the spins lie w ithin the ab plane over the whole tem perature range, consistent $w$ th the lack of any anom aly observed at $T_{S R}$ in the $m$ agnetization data $m$ easured $w$ ith H k c. At the other tem peratures we deduced the spin orientation $w$ thin the ab plane from one $Q$ position ( $T=$ 55 K from $\mathrm{Q}_{1}, \mathrm{~T}=50$ and 75 K from $\mathrm{Q}_{2}$.) From these data we nd that the spins reorientate from an angle of 524 to the stripe direction at $T=75 \mathrm{~K}$, to 783 at $\mathrm{T}=10 \mathrm{~K}$, as shown in gure 4 (b). T he transition is seen to occur quite rapidly betw een 50 and 65 K , although the reorientation is not com plete at 50 K .

H ow does the spin reorientation described here in the $x \equiv 1 / 2$ crystal com pare $w$ ith that reported by Lee et $a l_{1}^{1}$ for $x=1 / 3$ ? In both com positions the spin reorientations occur at sim ilar tem peratures ( 50 K for $\mathrm{x}=$ $1 / 3,57 \mathrm{~K}$ for $\mathrm{x}=1 / 2$ ) and the spins rotate in the sam e sense, nam ely aw ay from the stripe direction, on cooling. On the other hand, the angle through which the spins rotate is greater for $\mathrm{x}=1 / 2(26)$ than for $\mathrm{x}=$ $1 / 3$ ( 13 ), and the nallow tem perature spin direction in $\mathrm{x}=1 / 2$ is alm ost perpendicular to the stripes ( $=$ 78 ) com pared with 53 for $x=1 / 3$. Considering-also the spin direction $=27$ observed for $\mathrm{x}=0.275$ for which there is no reorientation transition, we nd that as the doping level increases the angle from the stripe
direction increases. H ow ever, the trend in the spin orientation also correlates $w$ ith the increasing stability of the charge ordering as $m$ easured by the charge-ordering
 1/3) $\left.\quad 240 \mathrm{~K}, \mathrm{~T}_{\mathrm{C} O}(\mathrm{x}=1 / 2) \quad 480 \mathrm{~K}\right)$. Therefore, m easurem ents on m ore com positions of $L a_{2} \times \mathrm{Sr}_{\mathrm{x}} \mathrm{N}$ io ${ }_{4+}$ are needed to establish whether it is the doping level or the stability of the charge order that is $m$ ore im portant in determ ining the spin orientation.

The occurrence of spin reorientation transitions in the $x=1 / 3$ and $x=1 / 2$ but not in $x=0.275 \mathrm{~m}$ ight suggest that these transitions are linked to the stability of the charge order. Irrespective of this, what the present study has shown is that the occurrence of a spin reorientation transition does not depend on the stripe order being com $m$ ensurate $w$ ith lattice. Indeed, the spin reorientation transition is even $m$ ore striking in the $x=1 / 2$ com position, forw hich the spin order is incom $m$ ensurate, than in $x=1 / 3$, for $w$ hich $i t$ is com $m$ ensurate.
$T$ hese observations em phasize the im portance of couplings betw een spin and charge degrees of freedom in stripe-ordered system s , and suggest that this coupling is particularly strong in $\mathrm{La}_{3=2} \mathrm{Sr}_{1=2} \mathrm{~N}$ i $\mathrm{O}_{4}$.

This work was supported in part by the Engineering and $P$ hysicalSciences $R$ esearch $C$ ouncil of $G$ reat $B$ ritain.

${ }^{1}$ T. R. Thurston et al, Phys. Rev. $\mathrm{B} 40,45 \overline{8} 5$ (1989) ; SW . Cheong et al, Phys. Rev. Lett. 67, 1791 (1991); T.E. M ason, G . A eppli, and H.A.M ook, Phys. Rev. Lett. 68, 1414 (1992); T.R.Thurston et al, Phys. Rev.B 46, 9128 (1992);
${ }^{2}$ J.M . Tranquada et al, $N$ ature (London) 375, 561 (1995).
${ }^{3}$ M . Fu fita et al, Phys. Rev. B 65, 064505 (2002).
${ }^{4}$ S.W akim oto et al, Phys.Rev.B 60,R 769 (1999); S.W akim oto et al, Phys. Rev.B 61, 3699 (2000); M .M atsuda et al, Phys. Rev.B 62, 9148 (2000).
${ }^{5}$ J. M. Tranquada, D. J. Buttrey, D.E.R ice, Phys. Rev. Lett. 70, 445 (1993)
${ }^{6}$ S. M . Hayden et al, Phys. Rev. Lett. 68, 1061 (1992); V. Sachan et al, Phys. Rev. B 51, 12742 (1995); J. M . Tranquada, D. J. Buttrey, and V. Sachan, Phys. Rev. B 54,12318 (1996);
${ }^{7}$ H. Yoshizaw a et al, Phys. Rev.B 61, R 854 (2000)
${ }^{8}$ SH. Lee et al, Phys. Rev.B 63, 060405 (2001)
${ }^{9}$ R.Kä̈m oto et al, Phys. Rev.B 64, 144432 (2001)
${ }^{10}$ R . K a ̈̈m oto et al, cond-m at/020228 (2002)
${ }^{11}$ E. D. Isaacs et al, P hys. Rev. Lett. 72, 3421 (1994); A. V igliante et al, Phys. Rev.B 56, 8248 (1997)
${ }^{12}$ Yu.G.P ashkevich et al, P hys. R ev. Lett. 84, 3919 (2000)
${ }^{13}$ A. P. Ram irez et al, Phys. Rev. Lett. 76, 447 (1996)
${ }^{14}$ C. H. Chen, S-W . Cheong, and A. S. C ooper, Phys. Rev. Lett. 71, 2461 (1993)
${ }^{15}$ D . P rabhakaran, P . Isla, and A . T . B oothroyd, J. C ryst. G row th 237, 815 (2002)
${ }^{16}$ Th. Jestadt et al, Phys. Rev. B 59, 3775 (1999)
${ }^{17}$ P.W ochner et al., Phys. Rev.B 57, 1066 (1998)
${ }^{18}$ A ctually, 2 out of the 3 con gurations are su cient.

